Chemical composition of *Luffa aegyptiaca* Mill., *Agave durangensis* Gentry and *Pennisetum* sp.

Oswaldo Moreno-Anguiano\(^1\)*, Artemio Carrillo-Parra\(^2\)*, José G. Rutiaga-Quinones\(^3\), Christian Wehenkel\(^2\), Marín Pompa-García\(^4\), Francisco Márquez-Montesino\(^5\) and Luis F. Pintor-Ibarra\(^3\)

\(^1\) Programa Institucional de Doctorado en Ciencias Agropecuarias y Forestales, Universidad Juárez del Estado de Durango, Durango, Durango, Mexico
\(^2\) Instituto de Silvicultura e Industria de la Madera, Universidad Juárez del Estado de Durango, Durango, Durango, Mexico
\(^3\) Facultad de Ingeniería en Tecnología de la Madera, Universidad Michoacana de San Nicolás de Hidalgo, Morelia, Michoacán, Mexico
\(^4\) Facultad de Ciencias Forestales, Universidad Juárez del Estado de Durango, Durango, Durango, Mexico
\(^5\) Departamento de Química, Universidad de Pinar del Río, Pinar del Río, Cuba

* These authors contributed equally to this work.

**ABSTRACT**

The particleboard industry faces problems of wood shortage, which has led to the use of non-wood lignocellulosic materials. Furthermore, there is also interest in looking for materials that improve their physical and mechanical properties. The species *Luffa aegyptiaca* Mill. (fruit), *Agave durangensis* Gentry (bagasse) and *Pennisetum* sp. (plant, leaves and stem) could be used in the elaboration of wood-based particleboards. The aim of this study is to determine the feasibility of using these materials to produce particleboards in accordance with their chemical composition. Five materials were studied, *A. durangensis* (bagasse), *L. aegyptiaca* (fruit) and *Pennisetum* sp. (whole plant, leaves and stem). Extractives, holocellulose, Runkel lignin and ash content was determined. The pH of the fibers was also measured and a microanalysis of the ash was performed. ANOVA and Kruskal-Wallis tests were carried out, in addition Tukey and Dunn tests for group comparison were performed. *Pennisetum* sp. leaves presented the highest total extractives and ash content, while *L. aegyptiaca* fruit and *A. durangensis* bagasse had the highest both content of holocellulose and Runkel lignin respectively. The lowest pH was presented by the *L. aegyptiaca* fruit, while the highest was from the *Pennisetum* sp. stem. The element with the greatest presence in the five materials was potassium, except in *A. durangensis* bagasse showing calcium. *L. aegyptiaca* fruit has better characteristics to be used in particleboards with greater mechanical resistance because of its higher holocellulose content. However, *Pennisetum* sp. (plant, leaves and stem) could be used to make particleboards with high resistance to water absorption.

**Keywords**  
*Agave durangensis* bagasse, *Luffa aegyptiaca*, *Pennisetum* sp., Lignin, Holocellulose, Extractives, Ash

How to cite this article  
Moreno-Anguiano O, Carrillo-Parra A, Rutiaga-Quinones JG, Wehenkel C, Pompa-García M, Márquez-Montesino F, Pintor-Ibarra LF. 2021. Chemical composition of *Luffa aegyptiaca* Mill., *Agave durangensis* Gentry and *Pennisetum* sp. PeerJ 9:e10626 DOI 10.7717/peerj.10626
INTRODUCTION
Particleboards as composite materials are wood-based engineering products with various applications. They are manufactured with wood particles and synthetic resins or other binders (Baharoglu et al., 2013). However, the particleboard industry is looking for new renewable lignocellulosic materials that replace or complement wood and also improve the physical and mechanical properties of the boards (Scatolino et al., 2017). The properties of the individual components and the compatibility between them influence the mechanical properties of composite materials (Sheshmani, Ashori & Farhani, 2011).

The chemical composition of the particles has an important role in the physical and mechanical performance of the particleboards (Klimek et al., 2016). The complex relationship between the chemical composition and particleboard properties is not yet fully understood (Klimek et al., 2016). However, some relationships between some properties of the chemical composition of the lignocellulosic material and the characteristics of the particleboard are known. Extractives cannot absorb water and they are comprised of tannins, pectins, fats, waxes, gums, essential oils and volatile materials (Gwon et al., 2010). The extractives improve the water resistance of the boards (Nemli & Aydin, 2007). The effect of the chemical composition on the gluing quality is mainly related to the extractives concentration on the wood surface and the ash content (Faria et al., 2019). However, extractives make difficult the bonding and decrease the internal bond between the particles (Nemli et al., 2004), thus the mechanical properties decrease (Ayrilmis et al., 2009).

The level of pH has an important role in developing good bonding between resin and particle which results in enhanced panel properties. pH values of lignocellulosic fibers and resin are critical to have a good bonding between particles, which influences both the physical and mechanical properties of the panels (Kalaycioglu, Deniz & Hiziroglu, 2005).

The low holocellulose content of lignocellulosic material can restrict adhesion between particles, and therefore reduce their mechanical properties. However, the reduction in holocellulose content may result in less water absorption (Klimek et al., 2016). The holocellulose can absorb water since it contains hydroxyl groups and a lower lignin content leads to higher water absorption (Nourbakhsh, Baghlan & Ashori, 2011). Intensive degradation of celulloses and lignin decrease mechanical quality of the boards (Widyorini et al., 2005).

Silicon may influence the bonding (Hashim et al., 2011). The presence of Ca and Cl could improve the thickness swelling and water absorption of the panels (Ferrández-García et al., 2017).

Studies of various non-wood lignocellulosic materials have been carried out to determine their viability in the elaboration of particleboards, such as sorghum stalks (Khazaaien, Ashorib & Dizaj, 2015), peach peel residues (Sahin et al., 2017), cane bagasse (Jonoobi et al., 2016) and stems of Miscanthus (Klimek et al., 2018). Despite the research realized, there are still a large number of non-wood lignocellulosic materials that have not been studied and could be used in the elaboration of particleboards. Pennisetum sp. (maralfalfa), the fruit of the Luffa aegyptiaca Mill. (sponge gourd) and the bagasse of...
Agave durangensis Gentry are some of the materials that could be utilized for manufacturing particleboards.

The chemical composition has been important in the research of lignocellulosic materials. In the genus Agave, the chemical composition has been determined in some species, for example, in A. americana leaf fibers, where the possibility of use these fibers in the textile industry was explored (Oudiani et al., 2009). The chemical composition of A. tequilana leaf fibers has also been studied for its potential use as a raw material for biofuels (Yang et al., 2015; Avila-Gaxiola et al., 2016). The chemical composition of the Luffa genus has been determined to evaluate the possible use of Luffa in the manufacturing of biocomposites (Tanobe et al., 2005) and to obtain cellulose nanocrystals (Siqueira, Bras & Dufresne, 2010). In the genus Pennisetum, chemical composition has been determined in works related to biofuels (Del Río et al., 2012), fiber and paper (Daud et al., 2014) and cellulose nanocrystals (Lu et al., 2014).

The Pennisetum sp. is a perennial grass that can reach a height of 4 m and its stem a diameter of 2–3 cm. It has a yield of up 210 tons per hectare (Orihuela-Porcayo & Cuevas-Ocampo, 2014). It has been used as animal feed, however, it has lower nutritional quality than others animal feed (Guerra-Medina et al., 2015). Agave bagasse is a waste that is generated in large quantities in the Mezcal industry and represents a pollution problem due to its handling and as a fire source. In the state of Durango, Mexico, there are 29 species of genus Agave (González-Elizondo et al., 2009). Agave durangensis is one of the most important because of its success in the Mezcal industry (Almaraz-Abarca et al., 2013). The production of one liter of mezcal generates 15–20 kg of bagasse (Ilangovan et al., 2000). In the state of Durango, Mexico, 178,625 l of mezcal were produced in 2019 (CRM, 2020), thus, it was estimated that in this year there was a production of 2,679 to 3,572 tons of wet base agave bagasse. L. aegyptiaca is a tropical plant of the Cucurbitaceae family. It has a fruit with a fibrous vascular system (Boynard & D’Almeida, 2000). Aurin & Rasco (1988) reported a yield of luffa fruits of 37.1 ton/ha.

Therefore, the study aim is to determine the chemical composition and extractives of A. durangensis bagasse, L. aegyptiaca fruit, Pennisetum sp. leaves, stem and whole plant in order to determine the feasibility to produce particleboards. We expected good chemical characteristics of these five materials for particleboards.

MATERIALS AND METHODS

Origin and preparation of raw material

Grass samples Pennisetum sp. were obtained from the experimental field Valle del Guadiana of the National Institute of Forestry, Agricultural and Livestock Research (INIFAP, Campus Durango, Mexico). From this material, three different materials were obtained, the leaves, the stem and the whole plant. The whole plant had a ratio of 70% stem and 30% leaves based on weight. A. durangensis bagasse was donated by a Mezcal company of the Durango region, in the state of Durango, Mexico. The bagasse used in this work was fermented for 10 days and distilled for 20–30 h. It was not washed and it was used as it came from the industry. L. aegyptiaca fruit was recollected in the municipality of Tacámbaro, Michoacán, Mexico.
The material was dried in the shade at room temperature for four weeks and milled in a Wiley mill type. The flour obtained was sieved using 40 (0.425 mm) and 60 (0.250 mm) mesh, using the material retained in the 60 mesh for analysis. The material was stored in airtight containers for further analysis.

### Extractives content

The content of extractives was determined according to Mejía-Díaz & Rutiaña-Quiñones (2008). Successive extraction was carried out in Soxhlet equipment with the following solvents cyclohexane, acetone, methanol and finally hot water under reflux, for periods of 6 h. The number of extractions depended on the material and the solvent (Table 1) and it was performed until the constant weight of the flask, that is to say, when the flask weight did not increase anymore due to the absence of extracts. The solvents were recovered using a rotary evaporator and the content of extractives was determined by gravimetry. The flour resulting from the extraction was called extractives free material and was used to determine lignin and holocellulose.

### pH determination

The methodology described by Sandermann & Rothkamm (1959) was used to determine the pH of the fibers. A total of 2 g of flour were used without extracting from each material, which were placed in 20 ml of distilled water at room temperature. With a potentiometer five readings were taken, at the beginning, at 5 min, at 4, 24 and 48 h, considering the last reading for the final analysis. The first four readings were taken only as a reference.

### Holocellulose, Runkel lignin and ash content

The holocellulose content was determined by the method of Wise, Murphy & D’Addieco (1946). One gram of each extractives free material was placed in a flask. Sodium chlorite (NaClO₂) (0.3 g) and glacial acetic acid (CH₃COOH) (0.2 ml) were added. The mixture was taken in a water bath at 75 °C during 4 h, adding the same amount of NaClO₂ and CH₃COOH every hour. It was washed and filtered with a liter of cold distilled water and 20 ml of acetone. Then, it was dried at 40 °C to constant weight and the holocellulose content calculating by gravimetry as percentage of dry weight of extractive free material.

### Table 1 Number of extractions per solvent for each material.

| Material            | Cyclohexane | Acetone | Methanol | Hot water |
|---------------------|-------------|---------|----------|-----------|
| A. durangensis bagasse | 2           | 2       | 3        | 4         |
| L. aegyptica fruit  | 1           | 1       | 2        | 1         |
| Pennisetum sp. plant | 3           | 2       | 5        | 2         |
| Pennisetum sp. leaves | 7          | 1       | 5        | 2         |
| Pennisetum sp. stem  | 1           | 1       | 6        | 2         |
The method of Runkel & Wilke (1951) was used to determine the lignin content. A total of 50 ml of 72% sulfuric acid (H$_2$SO$_4$) and 50 ml of 40% hydrobromic acid (HBr) were added to 2 g of each extractive free material. It was left to rest for 2 h. Then, it was washed to remove the acid with hot distilled water and filtered. The lignin filtered was dried at 100 °C in an oven to a constant weight. Then, the lignin was determined gravimetrically as a percentage of dry weight of extractive free material.

The ash (inorganic substances) was calculated according to the standard T 211 om-93 (TAPPI, 2000). Two g of flour were placed in a nickel crucible and brought to a muffle at 525 °C for 2 hours. The crucible was cooled in a desiccator. The ash content was calculated by gravimetry as a percentage of total dry weight.

### Ash microanalysis

Microanalysis of the ash obtained was carried out in an X-ray energy dispersion spectrometer (EDS), coupled to a Scanning Electron Microscope (SEM) brand Jeol model JSM6400. The operating conditions for the analyzes were 20 kV and 8.5 s (Téllez-Sánchez et al., 2010).

The studies were done in triplicate in each analysis, except for the holocellulose that was determined in four replicates.

### Statistical analysis

Data of each variable were analyzed using a completely randomized design. The type of material was the factor. The data were analyzed with the R Studio software (R Core Team, 2013). The normality was checked with the Shapiro-Wilk test. An analysis of variance (ANOVA) (significant level = 0.05) was carried out in data with normal distribution and the comparison of means by the Tukey test was developed when factors were statistically different. In data without normal distribution, a Kruskal-Wallis analysis (significant level = 0.05) was performed and the groups were compared by Dunn’s test with Bonferroni correction.

### RESULTS

#### Extractives Content

There were significant differences in the content of total extractives and by solvent among the materials analyzed (Table 2). Fruit of L. aegyptiaca was the material with the lowest extractive content, while the Pennisetum sp. leaves recorded the highest content. Using cyclohexane, there was only a significant difference between L. aegyptiaca fruit and Pennisetum sp. leaves. Using acetone, L. aegyptiaca fruit and Pennisetum sp. stem only showed significant differences among themselves and with the rest of the materials. Using methanol, there were significant differences between the five materials. Using hot water only, here was only a significant difference in the content of total extractives in L. aegyptiaca fruit and the Pennisetum sp. leaves. The highest content of total and cyclohexane extractives was presented by Pennisetum sp. leaves, while the Pennisetum sp. stem did it for the other three solvents (Fig. 1).
There were significant differences in pH between *Pennisetum* sp. stem (6.18) and *L. aegyptiaca* fruit (4.65), but they did not present differences with *A. durangensis*.

### Table 2

| Extractives | Shapiro–Wilk test | Kruskal–Wallis test | ANOVA test |
|-------------|-------------------|---------------------|------------|
|             | Statistic         | p-Value             | Chi-squared | p-Value | F value | p-Value |
| Cyclohexane | 0.871             | 0.034               | 13.500      | 0.009   |         |          |
| Acetone     | 0.914             | 0.157               |             |         | 67.890  | 3.29 × 10⁻⁷ |
| Methanol    | 0.883             | 0.053               |             |         | 500.370 | 1.8 × 10⁻¹¹ |
| Hot water   | 0.948             | 0.500               |             |         | 60.760  | 5.59 × 10⁻⁷ |
| Total extractives | 0.817   | 0.006               | 13.500      | 0.009   |         |          |

**Note:**

Italic values indicate statistical differences (p < 0.05) among materials.

**Figure 1**

Extractives content (%) of *L. aegyptiaca* (fruit), *A. durangensis* (bagasse) and *Pennisetum* sp. (plant, leaves and stem). Different lowercase letters indicate statistically significant difference among materials by Tukey test (p < 0.05). The values under the graph represent the means and standard deviations.

**pH of fibers**

There were significant differences in pH between *Pennisetum* sp. stem (6.18) and *L. aegyptiaca* fruit (4.65), but they did not present differences with *A. durangensis*.
The fiber of the *L. aegyptiaca* fruit had the highest holocellulose content and *Pennisetum* sp. leaves had the smallest. The five materials showed significant differences in holocellulose content. *A. durangensis* bagasse and *Pennisetum* sp. leaves had significant differences in the content of Runkel lignin, but not with the other three materials. *A. durangensis* bagasse had the highest Runkel lignin content. The lowest ash content was presented by *L. aegyptiaca* fruit, which had a significant difference with *Pennisetum* sp. leaves (Table 4; Fig. 3).

### Holocellulose, Runkel lignin and ash content

The fiber of the *L. aegyptiaca* fruit had the highest holocellulose content and *Pennisetum* sp. leaves had the smallest. The five materials showed significant differences in holocellulose content. *A. durangensis* bagasse and *Pennisetum* sp. leaves had significant differences in the content of Runkel lignin, but not with the other three materials. *A. durangensis* bagasse had the highest Runkel lignin content. The lowest ash content was presented by *L. aegyptiaca* fruit, which had a significant difference with *Pennisetum* sp. leaves (Table 4; Fig. 3).
Microanalysis of ash

Pennisetum sp. stem and A. durangensis bagasse had significant differences in the atomic % of potassium. There was significant difference in atomic % of silicon between Pennisetum sp. leaves and L. aegyptiaca, which had the lowest presence of silicon. Iron, molybdenum and titanium were only found in A. durangensis bagasse.
the largest presence in *A. durangensis* bagasse was calcium, while potassium was for others (Table 5; Fig. 4).

**DISCUSSION**

**Extractives content**

The total extractives content of *A. durangensis* bagasse and *L. aegyptica* fruit were similar to those reported by other authors who used the same extraction sequences for non-wood lignocellulosic materials. *Pintor-Ibarra et al. (2018)* obtained values from 21.82 to 35.69% of total extractives in root, leaves and stem of *Eichhornia crassipes*. While the plant, leaves and stem of *Pennisetum* sp. presented contents closer to *Agave durangensis* leaves (51.69%) (*Contreras-Hernández et al., 2018*). However, using different methods to this work, the total extractives content of the five materials studied is larger than reported both by *Scatolino et al. (2017)* with 26.24% and *Hidalgo-Reyes et al. (2015)* with 5.3% for coffee parchment and bagasse from *A. angustiflora*, respectively. The differences between the contents of extractives in lignocellulosic materials are due to differences in the species and the geographical location of the plant (*Hardell & Nilvebrant, 1999*).

The high content of extractives in the materials for the manufacture of particleboards has advantages and disadvantages. This is due to the fact that extractives have a significant influence on the properties of lignocellulosic materials, according to the quantity and type of extractives present in the materials (*Shebani, Van Reenen & Meincken, 2008*). A disadvantage for high extractives content it is the reduction of adhesion of the interface and, therefore, reduced resistance of internal adhesion (*Sheshmani, Ashori & Farhani, 2011*).

Regularly extractives alter the properties of the lignocellulosic material, which in turn modifies its adhesion properties (*Gadhave, Mahanwar & Gadekar, 2017; Hse & Kuo, 1988*). Four of the five materials studied, had low content of non-polar extractives, with the exception of the leaves of *Pennisetum* sp. Materials with a higher content of non-polar

| Table 5 Shapiro–Wilk, Kruskal–Wallis and ANOVA (p < 0.05) tests of ash microanalyses of *L. aegyptiaca* (fruit), *A. durangensis* (bagasse) and *Pennisetum* sp. (plant, leaves and stem). |
|---------------------------------|-----------------|-----------------|-----------------|
| **Shapiro–Wilk test** | **Kruskal–Wallis test** | **ANOVA test** |
| Statistic | **p-Value** | Chi-squared | **p-Value** | F value | **p-Value** |
| Aluminium | 0.601 | 1.1 × 10⁻⁴ | 7.666 | 0.053 | 96.610 | 1.27 × 10⁻⁶ |
| Sulfur | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Calcium | 0.601 | 1.1 × 10⁻⁴ | 7.666 | 0.053 | 96.610 | 1.27 × 10⁻⁶ |
| Chlorine | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Phosphorus | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Magnesium | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Potassium | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Silicon | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |
| Sodium | 0.895 | 0.137 | 1.137 | 0.287 | 457.400 | 2.77 × 10⁻⁹ |

Note: Italic values indicate statistical differences (p < 0.05) among materials.
Extractives could present problems in the gluing quality. This is due to the fact that the adhesion is reduced by the migration of the extracts to the surface after high temperatures (Hancock, 1963; Faria et al., 2019). Waxes and phenolic resin are incompatible, since they have different polarities, which means that the adhesive reduces its ability to wet and penetrate the lignocellulosic material (Hse & Kuo, 1988). Because of this, when phenolic resins are used, it is convenient to use lignocellulosic materials with low content of non-polar extractives (waxes) to increase the gluing quality (Thomas, 1959). When urea formaldehyde is used as an adhesive,

![Microanalyses of ash (% atomic) of L. aegyptiaca (fruit), A. durangensis (bagasse) and Pennisetum sp. (plant, leaves and stem).](full-size DOI: 10.7717/peerj.10626/fig-4)

Figure 4 Microanalyses of ash (% atomic) of *L. aegyptiaca* (fruit), *A. durangensis* (bagasse) and *Pennisetum* sp. (plant, leaves and stem). Different lowercase letters indicate statistically significant difference among materials by Tukey test (*p* < 0.05). The values under the graph represent the means and standard deviations. Iron (0.70 ± 0.12), molybdenum (0.85 ± 0.02) and titanium (0.53 ± 0.03) were found only in *A. durangensis* bagasse. Sodium was found in *A. durangensis* bagasse (1.66 ± 0.09) and *L. aegyptiaca* fruit (0.20 ± 0.03) nd, not determined.
nonpolar extractives also reduce the wettability of the material (Jordan & Wellons, 1977) resulting in minor resistance to internal bond of the boards (Hse & Kuo, 1988).

Instead, an advantage is that a kind of extractives are hydrophobic substances and therefore can have a role similar to waxes in the manufacture of particleboards increasing their resistance to water absorption (Sheshmani, Ashori & Farhani, 2011). Silva et al. (2018) observed that by increasing the proportion of castor husk particles (which had high content of extractives) in pine-based panels, the resistance to water absorption increased.

A lignocellulosic material that was extracted absorbs more water and swells more than a material that was not extracted, due to the increase in the disposition of the spaces in which there were extractors and the increase in the diffusion coefficient (Nzokou & Kamdem, 2004).

In lignocellulosic materials, hydroxyl groups are responsible for the interaction with water molecules through hydrogen bonds. The availability of free hydroxyl groups on the surface of the lignocellulosic material particles affects the water absorption of wood-based composite materials (Sheshmani, Ashori & Farhani, 2011). When lignocellulosic material is not extracted, these hydroxyl groups are blocked and therefore water absorption is lower (Kim, Harper & Taylor, 2009). Extractives can block cells and reduce contact between hydroxyl groups of materials due to their diffusion on the surface of the cellulose material (Bledzki et al., 2005).

The penetration of water by the capillarity action to the deepest parts of lignocellulosic materials is reduced because the lumens of the cells are occupied by the extractives, thus, water absorption occurs only on the surface (Sheshmani, Ashori & Farhani, 2011), therefore, the absorption of water by the particleboards decreases.

According to Nourbakhsh, Baghlani & Ashori (2011), the admission of water is proportional to the amount of hydroxyl groups. The absorption of water and the swelling in thickness of the particleboards proportionally differ with the increase of extractives content (Nasser, 2012).

Holocellulose, Runkel lignin and ash
The holocellulose content of A. durangensis bagasse was lower than reported by Hidalgo-Reyes et al. (2015) in bagasse of A. angustiflora (82.12%), However, it was higher than A. durangensis leaves (20.3%) (Contreras-Hernández et al., 2018). The holocellulose content of A. durangensis bagasse was similar to A. sisalana bagasse (48.2%) (Lima et al., 2013) and leaves of A. atrovirens Karw (43.5%) (Hernández-Hernández et al., 2016). L. aegyptica fruit had a lower holocellulose content than L. ceylonica (84.84%) (Akgül et al., 2013). Nevertheless, it had a higher holocellulose content than both rice straw (57.64%) and pseudostem of the banana plant (50.92%) obtained by Wang et al. (2018) and Guimarães et al. (2009), respectively. The holocellulose content of Pennisetum sp., both leaf, stem and whole plant was lower than P. purpureum (60.51%) (Santos, Silva & Queiroz Filho, 2001).

Cellulose and hemicellulose contain a large number of hydroxyl groups (Pirayesh & Khazaeian, 2012), which are responsible for the bond between particles and polar adhesive
polymers (Ayrilmis et al., 2009). Thus, the low holocellulose content of the materials could reduce the bonding between the particles, affecting the mechanical properties. However, a low holocellulose content and thus a low presence of hydroxyl groups, results in a lower water absorption (Klimek et al., 2016).

The lignin content of the five materials was lower than of A. angustiflora bagasse (17.9%) (Hidalgo-Reyes et al., 2015), rice straw (14.7%) (Wang et al., 2018), pseudostem of the banana plant (17.44%) (Guimaraes et al., 2009), coffee parchment (28.3%) (Scatolino et al., 2017), and A. durangensis leaves (14.15%) (Contreras-Hernández et al., 2018).

Lignin provides the mechanical strength of lignocellulosic materials (Neutelings, 2011). It is also totally amorphous and hydrophobic, so water absorption does not occur in lignin (Nourbakhsh, Baghlani & Ashori, 2011). Due to its hydrophobic nature, lignin makes plant cells impervious to water (Achyuthan et al., 2010).

The ash content of A. durangensis was higher than bagasse of A. tequilana (7.4%) (Liñán-Montes et al., 2014) and fiber of the leaves of A. tequilana (6.0%) (Yang et al., 2015). Tanobe et al. (2005) and Siqueira, Bras & Dufresne (2010) reported for L. cylindrica an ash content of 0.4% and 0.7%, respectively, which is lower than fruit of L. aegyptiaca. The ash content of Pennisetum sp., both leaf, stem and whole plant, was was higher than the ash content of P. sinese (3.3%) (Lu et al., 2014), however, it was lower than P. purpureum (14.6%) (Daud et al., 2014).

The chemical composition of non-wood lignocellulosic materials depends on several factors, despite being the same species. For example, in annual plants the chemical composition varies according to the harvest time (Gunnarsson et al., 2014). Other factors that affect the differences in chemical composition are the sample preparation and the analytical methods used (Klimek et al., 2016).

**pH of fibers**

The pH of A. durangensis bagasse, plant and leaves of Pennisetum sp. is similar to Ailanthus altissima (5.9) (Bardak, Nemli & Tyriaki, 2017) and Populus canadensis moench (5.97) (Baharoglu et al., 2013). L. aegyptiaca fruit presented a pH close to Pinus brutia Ten. (4.79) obtained by Baharoglu et al. (2013), but was higher than the needle litter of Pinus sylvestris L. (3.01) reported by Nemli, Yildiz & Gezer (2008). The pH of Pennisetum sp. stem was higher than the previous materials.

Nemli, Yildiz & Gezer (2008) stated that a lower pH in lignocellulosic materials may be attributed to presence of more amounts of extractives and resin acids. The acidic reaction of most tree species is caused by free acids and acidic groups easy to be separated, that is, especially by acetic acid and acetyl groups (Geffert, Geffertova & Dudiak, 2019). Variations of pH along the stem have also been associated with the presence of extractives (Campbell, Kim & Koch, 1990).

Materials with a low pH result in boards with lower resistance properties (Baharoglu et al., 2013), since the adhesive curing occurs before hot pressing when the pH value of the material is low (Nemli, Yildiz & Gezer, 2008). The acidity of the lignocellulosic material influences the cure of urea formaldehyde adhesive. When this happens the adhesive bond breaks down and decreases the adhesion and internal bonding between the
particles, since the binder is cured before the particles have been compressed and, therefore, when the press closes the resin bonds obtained are broken, resulting in the layers of boards being weak and flaky (Baharoglu et al., 2013).

Urea formaldehyde (UF) is an adhesive that cures better in an acid environment (Poblete & Burgos, 2010), therefore, the five analyzed materials have good conditions to be glued with this adhesive.

**Ash microanalysis**

Potassium was the element with the greatest presence, result similar to Camarena-Tello et al. (2015) for guava branches and leaves, and to Lara-Serrano et al. (2016) for root, stem and leaves of Eichhornia crassipes.

**CONCLUSIONS**

According to their chemical composition, some of the materials studied present good conditions for manufacturing particleboards.

The *Luffia aegyptiaca* fruit, the *Agave durangensis* bagasse and *Pennisetum* sp. (plant, leaves and stem) could be used as reinforcement in the elaboration of wood particleboard according to their chemical properties. *A. durangensis* bagasse and *L. aegyptiaca* fruit could be used to produce particleboards (mixed with particles of wood or not combined with wood particles) from the point of view of their values of pH, holocellulose and lignin content. The plant, leaves and stem of *Pennisetum* sp. could be used to reinforce wood particleboards that are intended to be used in humid environments and that require less mechanical resistance because of the high content of extractives, but low content of holocellulose and lignin. On the other hand, the excessive use of *Pennisetum* sp. stem, could cause damage to the cutting tools due to its high silicon content. Nevertheless, there is needed more research to indicate the influence of inorganic elements in the manufacturing process and in the properties of particleboards.

**ACKNOWLEDGEMENTS**

The authors thank Programa Institucional de Doctorado en Ciencias Agropecuarias y Forestales (PIDCAF) for the facilities granted to carry out this work.

**ADDITIONAL INFORMATION AND DECLARATIONS**

**Funding**

The doctoral scholarship awarded to Oswaldo Moreno-Anguiano was supported by CONACYT. The funders had no role in study design, data collection and analysis, decision to publish, or preparation of the manuscript.

**Grant Disclosures**

The following grant information was disclosed by the authors: CONACYT.
Competing Interests
Christian Wehenkel is an Academic Editor for PeerJ.

Author Contributions
- Oswaldo Moreno-Anguiano conceived and designed the experiments, performed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- Artemio Carrillo-Parra conceived and designed the experiments, performed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- José G. Rutiaga-Quínones conceived and designed the experiments, analyzed the data, authored or reviewed drafts of the paper, and approved the final draft.
- Christian Wehenkel analyzed the data, authored or reviewed drafts of the paper, and approved the final draft.
- Marín Pompa-García analyzed the data, authored or reviewed drafts of the paper, and approved the final draft.
- Francisco Márquez-Montesino analyzed the data, authored or reviewed drafts of the paper, and approved the final draft.
- Luis F. Pintor-Ibarra analyzed the data, authored or reviewed drafts of the paper, and approved the final draft.

Data Availability
The following information was supplied regarding data availability:

The raw data of the extractives, ash, lignin and holocellulose content of Luffa aegyptiaca (fruit), Agave durangensi (bagasse) and Pennisetum sp. (plant, leaves and stem), as well as microanalysis of the ash and the pH of the fibers are available as a Supplemental File.

Supplemental Information
Supplemental information for this article can be found online at http://dx.doi.org/10.7717/peerj.10626#supplemental-information.

REFERENCES
Achyuthan KE, Achyuthan AM, Adams PD, Dirk SM, Harper JC, Simmons BA, Singh AK. 2010. Supramolecular self-assembled chaos: polyphenolic lignin’s barrier to cost-effective lignocellulosic biofuels. *Molecules* 15(12):8641–8688 DOI 10.3390/molecules15118641.
Akgül M, Korkut S, Çamlibel O, Ayata Ü. 2013. Some chemical properties of luffa and its suitability for medium density fiberboard (MDF) production. *Bioresources* 8(2):1709–1717 DOI 10.15376/BIORES.8.2.1709-1717.
Almaraz-Abarca N, Delgado-Alvarado EA, Torres-Morán MI, Herrera-Coral J, Ávila-Reyes JA, Naranjo-Jiménez N, Uribe-Soto JN. 2013. Genetic variability in natural populations of *Agave durangensis* (Agavaceae) revealed by morphological and molecular traits. *Southwestern Naturalist* 58(3):314–324 DOI 10.1894/0038-4909-58.3.314.
Aurin MTL, Rasco ET Jr. 1988. Increasing yield in *Luffa cylindrica* (L.) roam by pruning and high density planting. *Philippine Journal of Crop Science* 13(2):87–90.
Avila-Gaxiola E, Avila-Gaxiola J, Velarde-Escobar O, Ramos-Brito F, Atondo-Rubio G, Yee-Rendon C. 2016. Effect of drying temperature on Agave tequilana leaves: a pretreatment for releasing reducing sugars for biofuel production. *Journal of Food Process Engineering* 40(3):e12455 DOI 10.1111/jfpe.12455.

Ayrlmis N, Buyuksari U, Avci E, Koc E. 2009. Utilization of pine (Pinus pinea L.) cone in manufacture of wood based composite. *Forest Ecology and Management* 259(1):65–70 DOI 10.1016/j.foreco.2009.09.043.

Baharoglu M, Nemli G, Sarı B, Birtürk T, Bardak S. 2013. Effects of anatomical and chemical properties of wood on the quality of particleboard. *Composites Part B: Engineering* 52:282–285 DOI 10.1016/j.compositesb.2013.04.009.

Bardak S, Nemli G, Tyriaiki S. 2017. The influence of raw material growth region, anatomical structure and chemical composition of wood on the quality properties of particleboards. *Maderas: Ciencia y Tecnología* 19(3):363–372 DOI 10.4067/S0718-221X2017005000031.

Bledzki AK, Letman M, Viksne A, Rence L. 2005. A comparison of compounding processes and wood type for wood fibre—PP composites. *Composites Part A: Applied Science and Manufacturing* 36(6):789–797 DOI 10.1016/j.compositesa.2004.10.029.

Boynard CA, D’Almeida JRM. 2000. Morphological characterization and mechanical behavior of sponge gourd (Luffa cylindrica)—polyester composite materials. *Polymer-Plastics Technology and Engineering* 39(3):489–499 DOI 10.1081/PPT-100100042.

Camarena-Tello JC, Rocha-Guzmán NE, Gallegos-Infante JA, González-Laredo RF, Pedraza-Bucio FE, López-Albarrán P, Herrera-Bucio R, Rutiaga-Quírones JG. 2015. Chemical composition of biomass generated in the guava tree pruning. *Experimental and Clinical Sciences* 14:204–212 DOI 10.17179/excli2014-467.

Campbell A, Kim WJ, Koch P. 1990. Chemical variation in Lodgepole pine sapwood/heartwood, stem height, and variety. *Wood and Fiber Science* 22(1):22–30.

Contreras-Hernández MG, Ochoa-Martínez LA, Rutiaga-Quírones JG, Rocha-Guzmán NE, Lara-Ceníceros TE, Contreras-Esquível JC, Prado Barragán LA, Rutiaga-Quírones OM. 2018. Effect of ultrasound pre-treatment on the physicochemical composition of Agave durangensis leaves and potential enzyme production. *Bioresource Technology* 249:439–446 DOI 10.1016/j.biortech.2017.10.009.

CRM. 2020. Informe estadístico 2020. Available at [http://www.crm.org.mx/PDF/INF_ACTIVIDADES/INFORME2019.pdf](http://www.crm.org.mx/PDF/INF_ACTIVIDADES/INFORME2019.pdf) (accessed 10 September 2020).

Daud Z, Hatta MZM, Kassim ASM, Aripin AM, Awang H. 2014. Analysis of napier grass (Pennisetum purpureum) as a potential alternative fibre in paper industry. *Materials Research Innovations* 18(6):18–20 DOI 10.1179/1432891714Z.00000000925.

Del Rio JC, Prinsen P, Rencoret J, Nieto L, Jiménez-Barbero J, Ralph J, Martínez AT, Gutierrez A. 2012. Structural characterization of the lignin in the cortex and pith of elephant grass (Pennisetum purpureum) stems *Journal of Agricultural and Food Chemistry* 60:3619–3634 DOI 10.1021/jf300099g.

Faria DL, Scatolino MV, Lopes TA, Júnior LM, Mota GS, Júnior JBG, Mendes LM, Soriano J. 2019. Performance of glulam beams produced with free-formaldehyde adhesive and underexploited rubber wood treated with preservatives solutions of chromated copper borate and pyrethroids. *Journal of Adhesion Science and Technology* 112(4):1–18 DOI 10.1080/01694243.2019.1700075.

Ferrández-García A, Ferrández-Villena M, Ferrández-García CE, García-Ortuño T, Ferrández-García MT. 2017. Potencial use of Phoenix canariensis biomass in binderless
particleboards at low temperature and pressure. *Bioresoures* 12(3):6698–6712 DOI 10.15376/biores.12.3.6698-6712.

Gadhave RV, Mahanwar PA, Gadkar PT. 2017. Factor affecting gel time/process-ability of urea formaldehyde resin based wood adhesives. *Open Journal of Polymer Chemistry* 7(2):33–42 DOI 10.4236/ojpchem.2017.72003.

Geffert A, Geffertova J, Dudiak M. 2019. Direct method of measuring the pH value of wood. *Forests* 10(10):852 DOI 10.3390/f10100852.

González-Elizondo M, Galván-Villanueva R, López-Enríquez IL, Reséndiz-Rojas L, González-Elizondo MS. 2009. Agaves, magueyes, lechuguillas y noas del Estado de Durango y sus alrededores. Durango: IPN-CONABIO-COCYTED.

Guerra-Medina CE, Parida-González OO, De Coss AL, Montaño-Valdez OD, Silva-Luna M, Cárdenas-Flores FJ, García-Castillo CG. 2015. Respuesta productiva de becerros pos destete alimentados con ensilados de maíz (*Zea mays* L.) y maralfalfa (*Pennisetum* sp. Schum.). *Agroproductividad* 8(6):47–51.

Guimarães JL, Frollini E, da Silva CG, Wypych F, Satyanarayanan KG. 2009. Characterization of banana, sugarcane bagasse and sponge gourd fibers of Brazil. *Industrial Crops and Products* 30(3):407–425 DOI 10.1016/j.indcrop.2009.07.013.

Gunnarsson IB, Svensson SE, Johansson E, Karakashev D, Angelidaki I. 2014. Potential of *Jerusalem artichoke* (*Helianthus tuberosus* L.) as a biorefinery crop. *Industrial Crops and Products* 56:231–240 DOI 10.1016/j.indcrop.2014.03.010.

Gwon JG, Lee SY, Chun SJ, Doh GH, Kim JH. 2010. Effects of chemical treatments of hybrid fillers on the physical and thermal properties of wood plastic composites. *Composites Part A: Applied Science and Manufacturing* 41(10):1491–1497 DOI 10.1016/j.compositesa.2010.06.011.

Hancock WV. 1963. Effect of heat treatment on the surface of douglas-fir veneer. *Forest Products Journal* 13(2):81–88.

Hardell HL, Nilvebrant NO. 1999. A rapid method to discriminate between free and esterified fatty acids by pyrolytic methylation using tetramethyl ammonium acetate or hydroxide. *Journal of Analytical and Applied Pyrolysis* 52(1):1–14 DOI 10.1016/S0165-2370(99)00035-2.

Hashim R, Said N, Lamaming J, Baskaran M, Sulaiman O, Sato M, Hiziroglu S, Sugimoto T. 2011. Influence of press temperature on the properties of binderless particleboard made from oil palm trunk. *Materials & Design* 32(5):2520–2525 DOI 10.1016/j.matdes.2011.01.053.

Hernández-Hernández HM, Chanona-Pérez JJ, Vega A, Ligero P, Mendoza-Pérez JA, Calderón-Dominguez G, Terrés E, Farrera-Rebollo RR. 2016. Acetosolv treatment of fibers from waste agave leaves: influence of process variables and microstructural study. *Industrial Crops and Products* 86:163–172 DOI 10.1016/j.indcrop.2016.03.043.

Hidalgo-Reyes M, Caballero-Caballero M, Hernández-Gómez LH, Urriolagotitía-Calderón G. 2015. Chemical and morphological characterization of *Agave angustifolia* bagasse fibers. *Botanical Sciences* 93(4):807–817 DOI 10.17129/botsci.250.

Hse CY, Kuo MI. 1988. Influence of extractives on wood gluing and finishing-a review. *Forest Products Journal* 38(1):52–56.

Ilangovan K, Linerio J, Álvarez E, Briones M, Noyola A. 2000. Anaerobic treatment of tequila vinasse. In: Olguin EJ, Sanchez G, Hernandez E, eds. *Environmental Biotechnology and Cleaner Bioprocesses*. London: Taylor & Francis, 101–106.

Jonoobi M, Grami M, Ashori A, Ebrahim G. 2016. Effect of ozone pretreatment on the physical and mechanical properties of particleboard panels made from bagasse. *Measurement* 94:451–455 DOI 10.1016/j.measurement.2016.08.019.

Jordan DL, Wellons JD. 1977. Wettability of dipterocarp veneer. *Wood Science* 10(1):22–27.
Kalaycioglu H, Deniz I, Hiziroglu S. 2005. Some of the properties of particleboard made from paulownia. *Journal of Wood Science* **51**(4):410–414 DOI 10.1007/s10086-004-0665-8.

Khazaeian A, Ashorib A, Dizaj MY. 2015. Suitability of sorghum stalk fibers for production of particleboard. *Carbohydrate Polymers* **120**:15–21 DOI 10.1016/j.carbpol.2014.12.001.

Kim JW, Harper DP, Taylor AM. 2009. Effect of extractives on water sorption and durability of wood-plastic composites. *Wood and Fiber Science* **41**(3):279–290.

Klimek P, Meinschmidt P, Wimmer R, Schirp A. 2016. Using sunflower (*Helianthus annuus* L.), topinambour (*Helianthus tuberosus* L.) and cup-plant (*Silphium perfoliatum* L.) stalks as alternative raw materials for particleboards. *Industrial Crops and Products* **92**:157–164 DOI 10.1016/j.indcrop.2016.08.004.

Klimek P, Wimmer R, Meinschmidt P, Króda J. 2018. Utilizing miscanthus stalks as raw material for particleboards. *Industrial Crops and Products* **111**:270–276 DOI 10.1016/j.indcrop.2017.10.032.

Lara-Serrano JS, Rutiaga-Quiñones OM, López-Miranda J, Fileto-Pérez HA, Pedraza-Bucio FE, Rico-Cerda JL, Rutiaga-Quiñones JG. 2016. Physicochemical characterization of water hyacinth (*Eichhornia crassipes* (Mart.) solms). *Bioresources* **11**(3):7214–7223 DOI 10.15376/biores.11.3.7214-7223.

Lima CSS, Conceição MM, Silva FLH, Lima EE, Conrado LS, Leão DAS. 2013. Characterization of acid hydrolysis of sisal. *Applied Energy* **102**:254–259 DOI 10.1016/j.apenergy.2012.09.061.

Liñán-Montes A, De la Parra-Arciniega SM, Garza-González MT, García-Reyes RB, Soto-Regalado E, Cerino-Córdova FJ. 2014. Characterization and thermal analysis of agave bagasse and malt spent grain. *Journal of Thermal Analysis and Calorimetry* **115**(1):751–758 DOI 10.1007/s10973-013-3321-y.

Lu Q, Tang L, Wang S, Huang B, Chen Y, Chen X. 2014. An investigation on the characteristics of cellulose nanocrystals from *Pennisetum sinese*. *Biomass and Bioenergy* **70**:267–272 DOI 10.1016/j.biombioe.2014.09.012.

Mejía-Díaz LA, Rutiaga-Quiñones JG. 2008. Chemical composition of *Schinus molle* L. wood and kraft pulping process. *Revista Mexicana de Ingeniería Química* **7**(2):145–149.

Nasser RA. 2012. Physical and mechanical properties of three-layer particleboard manufactured from the tree pruning of seven wood species. *World Applied Sciences Journal* **19**(5):741–753 DOI 10.5829/idosi.wasj.2012.19.05.2764.

Nemli G, Aydin A. 2007. Evaluation of the physical and mechanical properties of particleboard made from the needle litter of *Pinus pinaster* Ait. *Industrial Crops and Products* **26**(3):252–258 DOI 10.1016/j.indcrop.2007.03.016.

Nemli G, Hiziroglu S, Usta M, Serin Z, Ozdemir T, Kalaycioglu H. 2004. Effect of residue type and tannin content on properties of particleboard manufactured from black locust. *Forest Products Journal* **54**(2):36–40.

Nemli G, Yildiz S, Gezer ED. 2008. The potential for using the needle litter of Scotch pine (*Pinus sylvestris* L.) as a raw material for particleboard manufacturing. *Bioresource Technology* **99**(14):6054–6058 DOI 10.1016/j.biortech.2007.12.044.

Neutelings G. 2011. Lignin variability in plant cell walls: contribution of new models. *Plant Science* **181**(4):379–386 DOI 10.1016/j.plantsci.2011.06.012.

Nourbakhsh A, Baghlani FF, Ashori A. 2011. Nano-SiO2 filled rice husk/polypropylene composites: physico-mechanical properties. *Industrial Crops and Products* **33**(1):183–187 DOI 10.1016/j.indcrop.2010.10.010.
Nzokou P, Kamdem DP. 2004. Influence of wood extractives on moisture sorption and wettability of red oak (Quercus rubra), black cherry (Prunus serotina), and red pine (Pinus resinosa). Wood and Fiber Science 36(4):483–492.

Orihuela-Porcayo JC, Cuevas-Ocampo O. 2014. El Ensilaje de Maralfalfa como alternativa para la alimentación de Bovinos lecheros en el Estado de Morelos—instituto nacional de investigaciones forestales, agrícolas y pecuarias: centro de investigación regional pacífico sur campo experimental “Zacatepec”. Folleto para productores no. 65. Zacatepec, Morelos, Mexico, 3 p.

Oudiani AL, Chaabouni Y, Msahli S, Sakli F. 2009. Physico-chemical characterisation and tensile mechanical properties of Agave americana L. fibres. Journal of the Textile Institute 100(5):430–439 DOI 10.1080/00405000701863350.

Pintor-Ibarra LF, Rivera-Prado JJ, Ngangyo-Heya M, Rutiaga-Quiñones JG. 2018. Evaluation of the chemical components of Eichhornia crassipes as an alternative raw material for pulp and paper. Bioresources 13(2):2800–2813 DOI 10.15376/biores.13.2.2800-2813.

Pirayesh H, Khazaeian A. 2012. Using almond (Prunus amygdalus L.) shell as a bio-waste resource in wood based composite. Composites Part B: Engineering 43(3):1475–1479 DOI 10.1016/j.compositesb.2011.06.008.

Poblete H, Burgos R. 2010. Eucalyptus nitens como materia prima para tableros de partículas. Maderas: Ciencia y Tecnología 12(1):25–35.

R Core Team. 2013. R: a language and environment for statistical computing. Vienna: The R Foundation for Statistical Computing. Available at http://www.R-project.org/.

Runkel ROH, Wilke KD. 1951. Zur kenntnis des thermoplastischen verhalten von holz. Holz als Roh—und Werkstoff 9(7):260–280 DOI 10.1007/BF02617370.

Sahin A, Tasdemir HM, Karabulut AF, Gürü M. 2017. Mechanical and thermal properties of particleboard manufactured from waste peachnut shell with glass powder. Arabian Journal for Science and Engineering 42(4):1559–1568 DOI 10.1007/s13369-017-2427-0.

Sandermann W, Rothkamm M. 1959. Über die bestimmung der pH-werte von handelshölzern und deren bedeutung fur die Praxis. Holz als Roh—und Werkstoff 17(11):433–440 DOI 10.1007/BF02605386.

Santos EA, Silva DS, Queiroz Filho JL. 2001. Chemical composition of elephant grass var. roxo cut at different heights. Revista Brasileira de Zootecnia 30(1):18–23 DOI 10.1590/S1516-35982001000100004.

Scatolino MV, Costa AO, Júnior JBG, Protásio TP, Mendes RF, Mendes LM. 2017. Eucalyptus wood and coffee parchment for particleboard production: physical and mechanical properties. Ciência e Agrotecnologia 41(2):139–146 DOI 10.1590/1413-70542017412038616.

Shebani AN, Van Reenen AJ, Meincken M. 2008. The effect of wood extractives on the thermal stability of different wood species. Thermochimica Acta 47(1–2):43–50 DOI 10.1016/j.tca.2008.02.020.

Sheshmani A, Ashori A, Farhani F. 2011. Effect of extractives on the performance properties of wood flour-polypropylene composites. Journal of Applied Polymer Science 123(3):1563–1567 DOI 10.1002/app.34745.

Silva DW, Scatolino MV, Do Prado NRT, Mendes RF, Mendes LM. 2018. Addition of different proportions of castor husk and pine wood in particleboards. Waste and Biomass Valorization 9(1):139–145 DOI 10.1007/s12649-016-9742-7.

Siqueira G, Bras J, Dufresne A. 2010. Luffa cylindrica as a lignocellulosic source of fiber, microfibrillated cellulose and cellulose nanocrystals. Bioresources 5(2):727–740 DOI 10.15376/BIORES.5.2.727-740.
Tanobe VOA, Sydenstricker THD, Munaro M, Amico SC. 2005. A comprehensive characterization of chemically treated Brazilian sponge-gourds (Luffa cylindrica). Polymer Testing 24(4):474–482 DOI 10.1016/j.polymertesting.2004.12.004.

TAPPI. 2000. Ash in wood, pulp, paper and paper-board: combustion at 525°C: TAPPI test method T 211 om-93. Atlanta: TAPPI Press, 4.

Thomas RJ. 1959. Gluing characteristics on determa (Ocotea rubra). Forest Products Journal 9(8):266–271.

Téllez-Sánchez C, Ochoa-Ruíz HG, Sanjuan-Dueñas R, Rutiaga-Quíñones JG. 2010. Componentes químicos del duramen de Andira inermis (W. Wright) DC. (Leguminosae). Revista Chapingo Serie Ciencias Forestales y del Ambiente 16(1):87–93 DOI 10.5154/r.rchscfa.2099.11.046.

Wang H, Lin F, Qiu P, Liu T. 2018. Effects of extractives on dimensional stability, dynamic mechanical properties, creep, and stress relaxation of rice straw/high-density polyethylene composites. Polymers 10(10):1176 DOI 10.3390/polym10101176.

Widyorini R, Xu J, Watanabe T, Kawai S. 2005. Chemical changes in steam-pressed kenaf core binderless particleboard. Journal of Wood Science 51(1):26–32 DOI 10.1007/s10086-003-0608-9.

Wise LE, Murphy M, D’Addieco AA. 1946. Chlorite holocellulose, its fractionation and bearing on summative wood analysis and on studies on the hemicelluloses. Paper Trade Journal 122(2):35–43.

Yang L, Lu M, Carl S, Mayer JA, Cushman JC, Tian E, Lin H. 2015. Biomass characterization of Agave and Opuntia as potential biofuel feedstocks. Biomass and Bioenergy 76:43–53 DOI 10.1016/j.biombioe.2015.03.004.